Novel functionalized monomers based on kojic acid: synthesis, characterization, polymerization and evaluation of antimicrobial activity

Mahnaz Saraei a, Gholamreza Zarrinib, Moshgan Esmati a and Leila Ahmadzadeh a

aDepartment of Chemistry, Payame Noor University, Tehran, Iran; bFaculty of Natural Sciences, Department of Biology, University of Tabriz, Tabriz, Iran

ABSTRACT

Two novel acrylate monomers, [5-(benzyloxy)-4-oxo-4H-pyran-2-yl]methyl acrylate and {1-[(5-(benzyloxy)-4-oxo-4H-pyran-2-yl)methyl]-1,2,3-triazol-4-yl}methyl acrylate were synthesized by the reaction of 5-benzyloxy-2-(hydroxymethyl)-4H-pyran-4-one and 5-(benzyloxy)-2-[4-(hydroxymethyl)-1,2,3-triazol-1-yl]methyl-4H-pyran-4-one with acryloyl chloride in the presence of triethylamine, respectively. These monomers were polymerized using 2,2′-azobisisobutyronitrile (AIBN) as the initiator in N,N-dimethylformamide:1,4-dioxane (10:1) solution. The thermal behavior of the polymers was investigated by thermogravimetric analysis (TGA) and differential scanning calorimetry (DSC). The synthesized compounds were evaluated for their antibacterial and antifungal activities against bacteria and fungi using the disk diffusion method. The results indicated that some of these compounds demonstrated moderate to good antibacterial and antifungal activities.

1. Introduction

Kojic acid, 5-hydroxy-2-hydroxymethyl-4H-pyran-4-one, is an organic acid which is produced by many species of fungi and bacteria, such as Aspergillus, Acetobacter and Penicillium in an aerobic process from a wide range of carbon sources.[1–3] Kojic acid and its derivatives have attracted much attention because of various biological activities such as antioxidant,[4] anticancer,[5] anti-diabetic,[6] antimicrobial, antiviral,[7] antitumor,[8] anti-inflammatory,[9] antisper, [10] pesticide and insecticide.[11] It is a bidentate metal chelator and is considered as a potent iron chelator.[12,13] In addition, kojic acid and its derivatives are used in the food industry as an additive to prevent the browning of food materials and as a skin-lightening agent in cosmetic products, due to its tyrosinase inhibitory activity.[14,15]

Functional polymers have become increasingly important due to their various applications such as polymeric reagents and crosslinking resins, etc.[16,17] These polymers can be prepared either by synthesizing new functional monomers and their subsequent polymerization or by converting functional groups on the polymer into the desired functional groups.[18–21] Functional groups give the polymer structure of special characters substantially different from the inherent properties of the basic polymer.[22] Functional polymers such as acrylates have attracted much attention because their wide range of applications in adhesives, coating, paper and textiles industries.[23–26]

There are many reports on the synthesis of acrylate monomers and their polymers.[27–31] As the best of our knowledge, the synthesis of monomers containing kojic acid moiety has not been reported.[32] Herein, we wish to report the synthesis and characterization of two novel acrylate monomers containing kojic acid moiety and their polymers. The thermal stability of the polymers was studied by differential scanning calorimetry (DSC) and thermogravimetric analysis (TGA). Also, the synthesized compounds were investigated for their antimicrobial activities against Gram-positive and Gram-negative bacteria and fungi.

2. Experimental

2.1. Material and methods

All reagents were purchased from Merck and Fluka companies and were used without further purification. Solvents were dried and distilled prior to use. All reactions were followed by thin layer chromatography (TLC) on silica gel 60 HF254 with detection by UV light. Crude products were purified by preparative layer chromatography (PLC; Merck,
silica gel 60 F_{254} (CAMAG, Switzerland) using n-hexane:acetone (2:1) as eluent. Melting points were determined on an Electrothermal Barnstead 9200 apparatus (Barnstead, UK). FT-IR spectra were obtained using KBr pellets on a tensor 27-Bruker spectrometer (Shimadzu, Japan). 1H NMR and 13C NMR spectra were recorded with a FT-NMR-Bruker spectrometer (Germany), at 400 and 100 MHz, respectively, in CDCl₃ and DMSO-d₆. Mass spectra were recorded on direct inlet probe Agilent Technologies 5975c with triple axis detector. Elemental analyses were carried out on Perkin-Elmer CHNS-O Analyzer, Model 2400 Series II and were found to agree favorably with the calculated values. The thermogravimetric analysis (TGA) of the polymers was performed under nitrogen atmosphere at a heating rate of 20 °C min⁻¹ using a Linseis STA PT1000 thermal analyzer. The glass transition temperature (T_g) of the polymers was measured using a differential scanning calorimetry (DSC), TGA/SDTA 851, under nitrogen atmosphere at a heating rate of 10 °C min⁻¹.

2.2. Synthesis of [5-(benzyloxy)-4-oxo-4H-pyran-2-yl]methyl acrylate (2)

Method 1: To a suspension of 5-benzyloxy-2-[(4-hydroxymethyl)-4H-pyran-4-one 1b (0.23 g, 1 mmol) in 10 mL dry THF under nitrogen atmosphere was added Et₃N (0.15 g, 1.5 mmol) in 2 mL THF was added dropwise to the reaction mixture. The reaction mixture was cooled to 0 °C using ice bath. Then, acryloyl chloride (0.45 g, 5 mmol) in 2 mL THF was added dropwise to the reaction mixture, and the resulting mixture was stirred at 0 °C for 2 h. After completion of the reaction, monitored by TLC, the solvent was removed under reduced pressure and the crude product was purified by PLC on silica gel with n-hexane:acetone (2:1) as an eluent to give the pure monomer in 67% yield.

2.3. Synthesis of [1-[[5-(benzyloxy)-4-oxo-4H-pyran-2-yl]methyl]-1,2,3-triazol-4-yl]methyl acrylate (6)

To a suspension of 5-benzyloxy-2-[(4-hydroxymethyl)-1,2,3-triazol-1-yl]methyl-4H-pyran-4-one 5 (0.1 g, 0.3 mmol) in 10 mL dry THF was added Et₃N (0.15 g, 1.5 mmol) under nitrogen atmosphere and the reaction mixture was cooled to 0 °C using ice bath. Then, acryloyl chloride (0.14 g, 1.5 mmol) in 2 mL THF was added dropwise, and the reaction mixture was stirred at 0 °C for 2 h. After completion of the reaction, monitored by TLC, the solvent was removed under reduced pressure and the crude product was purified by PLC on silica gel with n-hexane:acetone (2:1) as an eluent. 0.048 g (41%); Orange oil; FT-IR (KBr): δ = 3091, 3002, 2960, 1724 (ester C=O), 1652 (pyrone C=O), 1438, 1413, 1326, 1269, 1207, 1049, 979, 752 cm⁻¹; 1H NMR (400 MHz, CDCl₃): δ = 5.00 (s, 2H, –CH₂N–), 5.28 (s, 2H, –CH₂O–), 6.42 (dd, 1H, J = 10.4 and 17.2 Hz), 6.30 (s, 1H, pyrone-H), 6.42 (dd, 1H, J = 1.6 and 17.2 Hz), 7.30–7.35 (m, 5H, Ar-H), 7.52 (s, 1H, triazole-H), 7.78 (s, 1H, pyrone-H) ppm; 13C NMR (100 MHz, CDCl₃): δ = 50.6, 57.4, 71.7, 115.0, 124.7, 127.8, 128.0, 128.6, 128.8, 131.8, 135.2, 141.1, 143.6, 147.4, 159.3, 165.9, 173.9 (pyrone C=O).

2.4. Radical polymerization of [5-(benzyloxy)-4-oxo-4H-pyran-2-yl]methyl acrylate

To a solution of acrylate monomer 2 (0.5 g, 1.75 mmol) in 15 mL DMF:14-dioxane (10:1) under nitrogen atmosphere was added AIBN (0.02 g, 4% of the monomer concentration), and the reaction mixture was heated at 90 °C for 72 h. The resulting polymer was precipitated by adding the reaction mixture into methanol. The polymer was filtered off and dried in vacuum. Brown solid, FT-IR (KBr): δ = 3078, 2952, 1743 (ester C=O), 1650 (pyrone C=O), 1515, 1382, 1263, 1205, 1157, 1016, 884, 742 cm⁻¹; 1H NMR (400 MHz, CDCl₃): δ = 1.24–2.03 (br, 2H, –CH₂– backbone), 2.40–2.75 (br, 1H, –CH– backbone), 2.88 (s, 2H, –CH₂O–), 2.96 (s, 2H, –CH₂OCO–), 7.14–7.36 (m, 5H, Ar-H), 7.56 (s, 1H, pyrone-H) ppm.
bacteria incubated at 37 °C for 18–24 h and at 30 °C for 48 h for fungal strain. The diameters of inhibition zones were measured in millimeters. All the tests were performed in duplicate. Gentamicin (30 μg) and Amphotericin B (50 μg) served as positive control.

3. Results and discussion

In the present work, two novel acrylate monomers, [5-(benzyloxy)-4-oxo-4H-pyran-2-yl]methyl acrylate 2 and {1-[(5-(benzyloxy)-4-oxo-4H-pyran-2-yl)methyl]-1,2,3-triazol-4-yl}methyl acrylate 6 were synthesized by the esterification of 5-benzyloxy-2-(hydroxymethyl)-4H-pyran-4-one 1b and 5-(benzyloxy)-2-[(4-(hydroxymethyl)-1,2,3-triazol-1-yl)methyl]-4H-pyran-4-one 5 with acryloyl chloride in the presence of triethylamine in 46% and 41% yields, respectively. Also, acrylate monomer 2 was synthesized by the reaction of compound 1b with acrylic acid in the presence of N,N'-dicyclohexylcarbodiimide (DCC) and 4-(N,N-dimethylamino)pyridine (DMAP) in 67% yield (Scheme 1). For this purpose, compound 1b was prepared by the reaction of kojic acid 1a with benzyl chloride according to the literature procedure. 3-Benzoyloxy-2-(chloromethyl)-4H-pyran-4-one 3 was prepared by the reaction of compound 1b with thionyl chloride at room temperature, which was converted to 2-(azidomethyl)-5-benzyloxy-4H-pyran-4-one 4 using sodium azide in dry DMF at room temperature. 1,4-Disubstituted 1,2,3-triazole 5 was prepared by the reaction of azide compound 4 with propargyl alcohol in the presence of Cul as catalyst in dry acetonitrile under reflux conditions for 24 h.

The structures of the acrylate monomers were established on the basis of FT-IR, 1H NMR, 13C NMR, MS and elemental analysis. In the FT-IR spectra of the monomers 2

2.5. Radical polymerization of [1-[(5-(benzyloxy)-4-oxo-4H-pyran-2-yl)methyl]-1,2,3-triazol-4-yl]methyl acrylate

To a solution of acrylate monomer 6 (0.5 g, 1.36 mmol) in 20 mL DMF:14-dioxane (10:1) under nitrogen atmosphere was added AIBN (0.04 g, 8% of the monomer concentration), and the reaction mixture was heated at 90 °C for 24 h. The resulting polymer was precipitated by adding the reaction mixture into methanol. The polymer was purified by repeated reprecipitation by methanol from a solution of the polymer in DMF. The polymer was filtered off and dried in vacuum. Brown solid, FT-IR (KBr): \( \nu = 3050, 2943, 1754 \) (ester C=O), 1521, 1479, 1390, 1267, 1174, 1035, 806 cm\(^{-1}\); \(^{1}\)H NMR (400 MHz, DMSO-d\(_6\)): \( \delta = 1.10 \) (br, 2H, –CH\(_2\)- backbone), 1.29 (br, 1H, –CH– backbone), 2.54 (s, 2H, –CH\(_2\)N–), 2.73 (s, 2H, –CH\(_2\)O–), 2.87 (s, 2H, –CH\(_2\)OCO–), 6.41 (s, 1H, pyrone-H), 7.30–7.37 (m, 5H, Ar-H), 7.95 (s, 1H, triazole-H) 8.18 (s, 1H, pyrone-H) ppm.

2.6. Antimicrobial activity assay

The antibacterial and antifungal activities of the synthesized compounds 2 and 5–8 were determined against bacteria, Staphylococcus aureus, Bacillus subtilis, Escherichia coli, Salmonella typhi and a fungus, Candida kefyr by the standard disc diffusion method. Muller-Hinton agar (MHA) (oxoid) and sabouraud dextrose agar (SDA) were used for preparation of the media for bacteria and fungi strains, respectively. The filter paper discs (6.4 mm in diameter) were individually impregnated with 10 μL of stock solution of the extracts (2 mg/disc) and then placed onto the agar plates which had previously been inoculated with the tested microorganisms. The plates were inoculated with bacteria incubated at 37 °C for 18–24 h and at 30 °C for 48 h for fungal strain. The diameters of inhibition zones were measured in millimeters. All the tests were performed in duplicate. Gentamicin (30 μg) and Amphotericin B (50 μg) served as positive control.

![Scheme 1. Synthesis of acrylate monomers 2 and 6.](image-url)
and 6, the strong absorption bands at 1730 and 1724 cm⁻¹ are assigned to the stretching vibration of the ester carbonyl groups, respectively.

Figures 1 and 2 show the ¹H NMR spectra of the monomers 2 and 6. In the ¹H NMR spectrum of monomer 2, signals at 4.97 and 5.08 ppm are assigned to the –CH₂O– and –CH₂OCO– protons, respectively. The signals corresponding to the vinyl protons (CH₂=CH–) from acrylate unit are assigned at 5.96, 6.17 and 6.51 ppm, signals at 6.47 and 7.55 ppm are assigned to the pyrone protons, signals due to the aromatic protons are assigned at 7.33–7.41 ppm. In the ¹H NMR spectrum of monomer 6, signals at 5.00 and 5.28 ppm are assigned to the –CH₂N– and –CH₂O– protons, respectively. A signal at 5.35 ppm is assigned to the –CH₂OCO– protons, signals corresponding to the vinyl protons (CH₂=CH–) from acrylate unit are assigned at 5.85, 6.11 and 6.42 ppm, signals at 6.30 and 7.78 ppm are assigned to the pyrone protons, signals due to the aromatic protons are assigned at 7.30–7.35 ppm. A signal at 7.52 ppm is assigned to the triazole proton. The results above confirmed that the monomers 2 and 6 were successfully synthesized.

As shown in Scheme 2, the polymerization of the monomers 2 and 6 was carried out at 90 °C in DMF:1,4-dioxane (10:1) using AIBN as an initiator under nitrogen atmosphere. The obtained polymers were characterized by FT-IR, ¹H NMR, DSC, and TGA methods. The FT-IR spectra of the polymers 7 and 8 showed the absorption bands at 1743 and 1754 cm⁻¹ corresponding to the ester carbonyl groups stretching vibration, respectively.

**Figure 1.** ¹H NMR spectrum of the monomer 2 in CDCl₃.
be attributed to the decomposition of the polymer and the ester linkage. At temperature 600 °C, about 44% of the initial weight of the polymer is remained and this shows that the polymer has good thermal stability. The TGA curve of the polymer 7 clearly indicates that weight loss of the polymer occurs in two stages. A weight loss in the temperature range of 180–250 °C may be due to absorbed solvent. The second step of weight loss in the temperature range of 250–570 °C depending on the polymer structure and may

Figure 2. 1H NMR spectrum of the monomer 6 in CDCl₃.

In the 1H NMR spectrum of the polymer 7, the broad peaks at 1.54–2.03 and 2.40–2.75 ppm are assigned to –CH₂– and –CH– protons in the polymer chain, respectively. The signals at 2.88 and 2.96 ppm are assigned to the –CH₂O– and –CH₂OCO– protons, respectively, signals at 7.14–7.36 ppm are assigned to the aromatic protons, signals at 6.40 and 7.56 ppm are assigned to pyrone protons. In the 1H NMR spectrum of the polymer 8, the broad signals at 1.10 and 1.29 ppm are assigned to –CH₂– and –CH– protons in the polymer chain, respectively. The signals at 2.54, 2.73 and 2.87 ppm are assigned to the –CH₂N–, –CH₂O– and –CH₂OCO– protons, respectively, signals at 7.30–7.37 ppm are assigned to the aromatic protons, signals at 6.41 and 8.18 ppm are assigned to pyrone protons, signal at 7.95 ppm is assigned to triazole proton. In the 1H NMR spectra of the polymers, the peaks due to the vinyl protons of the monomers have disappeared and the chemical shifts are well consistent with the polymers structure.

The thermal behavior of the polymers was investigated by TGA and DSC. The TGA curves of the polymers 7 and 8 are shown in the Figure 3. The TGA curve of the polymer 7 clearly indicates that weight loss of the polymer occurs in two stages. A weight loss in the temperature range of 180–250 °C may be due to absorbed solvent. The second step of weight loss in the temperature range of 250–570 °C depending on the polymer structure and may

Figure 3. TGA thermograms of the polymers 7 and 8.
61.75 °C, respectively. The polymers were soluble in N,N-
dimethylformamide and dimethyl sulfoxide, but insoluble in
chloroform, dichloromethane, tetrahydrofuran, 14-diox-
ane, methanol, ethanol, n-hexane, acetone, ethyl acetate,
acetonitrile and toluene.

3.1. Antimicrobial activity

The synthesized compounds 2 and 5–8 were evaluated
for their antibacterial activity against two gram-positive
bacteria Staphylococcus aureus, Escherichia coli and
and two gram-negative bacteria Escherichia coli and Salmonella
typhi. They were also evaluated for their in vitro antifun-
gal activity against Candida kefyr. The compounds 2, 5
and 6 were showed good or significant antifungal activity
with inhibition zones about (9.6–17 mm) as compared to
standard drug Amphotericin B. These compounds were indicated moderate antibacterial activity against the
gram-positive bacteria with inhibition zones about
(8–9 mm) and a weak antibacterial activity against the
gram-negative bacteria as compared to standard drug
Gentamicin. The polymers 7 and 8 were indicated lower
activity or no activity on the gram-positive and the
gram-negative bacteria and fungi.

4. Conclusion

In this study, we have synthesized two novel acrylate
monomers containing kojic acid moiety by the reaction of
5-benzyloxy-2-(hydroxymethyl)-4H-pyran-4-one and
5-(benzyloxy)-2-[(4-(hydroxymethyl)-1,2,3-triazol-1-yl)
methyl]-4H-pyran-4-one with acryloyl chloride or acrylic
acid. These monomers were polymerized using 2,2′-azo-
bisisobutyronitrile (AIBN) as the initiator. The thermal
stability of the polymers was studied by TGA analysis and
showed that the resulting polymers have good thermal
stability, so that at temperature 600 °C, the polymers 7
and 8 are retained about 44% and 33% of theirs original
weight. All the title compounds have been investigated for
their antimicrobial activities. The results of antimicrobial
assay indicated that some of these compounds exhibited
considerable antimicrobial activity.

Acknowledgement

The authors are grateful to the Payame Noor University for
financial support.

Disclosure statement

No potential conflict of interest was reported by the authors.

References

[1] Yabuta T. The constitution of kojic acid, a γ-pyrene
derivative formed by Aspergillus flavus from carbohydrates.
J Chem Soc Trans. 1924;125:575–587.
[2] Lee LS, Parrish FW, Jacks TJ. Substrate depletion during
formation of aflatoxin and kojic acid on corn inoculated
with Aspergillus flavus. Mycopathologia. 1986;93:105–107.
[3] Mohamad R, Mohamed MS, Suhaili N, et al. Kojic acid:
applications and development of fermentation process for
production. Biotechnol Mol Biol Rev. 2010;5:24–37.
[4] Mitani H, Koshiishi I, Sumita T, et al. Prevention of the
photodamage in the hairless mouse dorsal skin by kojic
acid as an iron chelator. Eur J Pharmacol. 2001;411:169–
174.
[5] Higa Y, Kawabe M, Nabae K, et al. Kojic acid-absence
of tumor-initiating activity in rat liver, and of carcinogenic
and photo-genotoxic potential in mouse skin. J Toxicol Sci.
2007;32:143–159.
[6] Xiong X, Pirrong MC. Modular synthesis of candidate
indole-based insulin mimics by Claisen rearrangement.
Org Lett. 2008;10:1151–1154.
[7] Aytemir MD, Özçelik B. A study of cytotoxicity of novel
chloorokojic acid derivatives with their antimicrobial and
antiviral activities. Eur J Med Chem. 2010;45:4089–4095.
[8] Fickova M, Pravdova E, Rondhal L, et al. In vitro
antiproliferative and cytotoxic activities of novel kojic
acid derivatives: 5-benzyloxy-2-selenocyanatomethyl
and 5-methoxy-2-selenocyanomethyl-4-pyranone. J Appl
Toxicol. 2008;28:554–559.
[9] Sansho Seiyaku Co. Kojic acid as an anti-inflammatory and
analgesic agent. Japan Kokai Tokkyo Koho, Onoho-city:
1980. JP 80154916.
[10] Uchino K, Nagawa M, Tonosaki Y, et al. Kojic acid as an
antiseepck agent. Agri. Biol. Chem. 1988;52:2609–2610.
[11] Uher M, Koncneyc V, Rajniakova O. Synthesis of 5-hydroxy-2-
hydroxymethyl-4H-pyran-4-one derivatives with pesticide
activity. Chem. Pap. 1994;48:282–284.
[12] Kotani T, Ichimoto I, Tatsumi C, et al. Bacteriostatic activities
and metal chelation of kojic acid analogs. Agric Biol. Chem.
1976;40:765–770.
[13] Yuen VG, Caravan P, Gelmini L, et al. Glucose-lowering
properties of vanadium compounds: Comparison of
coordination complexes with maltol or kojic acid as
ligands. J Inorg Biochem. 1997;68:109–116.
[14] Burdock GA, Soni MG, Carabin IG. Evaluation of health
aspects of kojic acid in food. Regul Toxicol Pharmacol.
2001;33:80–101.
[15] Noh JM, Kwak SY, Kim DH, et al. Kojic acid-tripeptide
amide as a new tyrosinase inhibitor. Biopolymers. 2007;88:
300–307.
[16] Urano S, Aoki K, Tsuboniwa N, et al. Applications of
methacryloyl isocyanate for coatings. Prog Org Coat.
1992;20:471–486.
[17] Akelah A, Moel A. Functionalized polymer and their
applications. New Delhi: Thompson; 1990.
[18] Buruiana EC, Zamfir M, Buruiana T. Synthesis,
characterization and fluorescence study of new polycrylates
containing stilbene. Eur Polymer J. 2007;43:4316–4324.
[19] Elsabee MZ, Ali EA, Mokhtar SM, et al. Synthesis, characterization polymerization and antibacterial properties of novel thiophene substituted acrylamide. React Funct Polym. 2011;71:1187–1194.

[20] Eftekhar-Sis B, Ghahramani F. Synthesis of 2-(5-[4-(4-nitrophenyl)diazenyl]phenyl)-1,3,4-oxadiazol-2-ythio)ethyl acrylate monomer and its application in a dual pH and temperature responsive soluble polymeric sensor. Des Monomers Polym. 2015;18:460–469.

[21] Gratzi G, Paulik C, Hild S, et al. Antimicrobial activity of poly(acrylic acid) block copolymers. Mater Sci Eng, C Mater Biol Appl. 2014;38:94–100.

[22] Vogl O. Macromolecular architecture for the 21st Century. J Macromol Sci Part A. 1996;33:1571–1579.

[23] Saha B, Sreer M. Transesterification of cyclohexyl acrylate with n-butanol and 2-ethylhexanol: acid-treated clay, ion exchange resins and tetrabutyl titanate as catalysts. React Funct Polym. 1999;40:13–27.

[24] Luengo G, Pan J, Heuberger M, et al. Temperature and time effects on the “adhesion dynamics” of poly(butyl methacrylate) (PBMA) surfaces. Langmuir. 1998;14:3873–3881.

[25] Lakhera N, Graucob A, Schneider AS, et al. Effect of viscoelasticity on the spherical and flat adhesion characteristics of photopolymerizable acrylate polymer networks. Int J Adhes Adhes. 2013;44:184–194.

[26] Nollenberger K, Albers J. Poly(meth)acrylate-based coatings. Int J Pharm. 2013;457:461–469.

[27] Jin Y, Zhu J, Zhang Z, et al. Synthesis and characterizations of 1,2,3-triazole containing polymers via reversible addition-fragmentation chain transfer (RAFT) polymerization. Eur Polymer J. 2008;44:1743–1751.

[28] Balamurugan S, Nithyanandan S, Selvarasu C, et al. Photophysical and photochemical investigations on triazole ring linked chalcone containing polymethacrylates. Polymer. 2012;53:4104–4111.

[29] Buruiana EC, Zamfir M, Buruiana T. Synthesis, characterization and fluorescence study of new polyacrylates containing stilbene. Eur Polymer J. 2007;43:4316–4324.

[30] Lee JY, Jin MK. Synthesis and free radical polymerization of P-(2,2,3,3-tetracyanocyclopropyl)phenoxoyethyl acrylate. Bull. Korean. Chem. Soc. 2001;22:110–112.

[31] Oh JK, Stöeva V, Rademacher J, et al. Synthesis, characterization and emulsion polymerization of polymerizable coumarin derivatives. J Polym Sci Part A Polym Chem. 2004;42:3479–3489.

[32] Zirak M, Eftekhar-Sis B. Kojic acid in organic synthesis. Turk J Chem. 2015;39:439–496.

[33] Masateru M, Shone RL. Aralkoxy and aryloxyalkoxy kojic acid derivatives. United States patent US 4,705,871 A; 1987.

[34] Fakih S, Podinovskaia M, Konig X, et al. Targeting the lysosome: fluorescent iron (III) chelators to selectively monitor endosomal/lysosomal labile iron pools. J Med Chem. 2008;51:4539–4552.

[35] Durden JA, Stansbury HA, Catlette WH. The reaction of azidoorganic compounds with acetylenes. J Chem Eng Data. 1964;9:228–232.